Metallization of colloidal crystals

Ali Ehlen

Applied Physics Program, Northwestern University

Hector Lopez-Rios

Department of Materials Science and Engineering, Northwestern University

Monica Olvera de la Cruz*

Department of Materials Science and Engineering, Northwestern University and
Applied Physics Program, Northwestern University
Abstract

Colloidal crystals formed by size-asymmetric binary particles co-assemble into a wide variety of colloidal compounds with lattices akin to ionic crystals. Recently, a transition from a compound phase with a sublattice of small particles to a metal-like phase in which the small particles are delocalized has been predicted computationally and observed experimentally. In this colloidal metallic phase, the small particles roam the crystal maintaining the integrity of the lattice of large particles, as electrons do in metals. A similar transition also occurs in superionic crystals, termed sublattice melting. Here, we use energetic principles and a generalized molecular dynamics (MD) model of a binary system of functionalized nanoparticles (NPs) to analyze the transition to sublattice delocalization in different co-assembled crystal phases as a function of temperature (T), number of grafted chains on the small particles, and number ratio between the small and large particles \( n_s : n_l \). We find that \( n_s : n_l \) is the primary determinant of crystal type due to energetic interactions and interstitial site filling, while the number of grafted chains per small particle determines the stability of these crystals. We observe first-order sublattice delocalization transitions as \( T \) increases, in which the host lattice transforms from low- to high-symmetry crystal structures, including A20 → BCT → BCC, A_d → BCT → BCC, and BCC → BCC/FCC → FCC transitions and lattices. Analogous sublattice transitions driven primarily by lattice vibrations have been seen in some atomic materials exhibiting an insulator-metal transition also referred to as metallization. We also find minima in the lattice vibrations and diffusion coefficient of small particles as a function of \( n_s : n_l \), indicating enhanced stability of certain crystal structures for \( n_s : n_l \) values that form compounds.

I. INTRODUCTION

Binary colloids of size-asymmetric particles have been shown to co-assemble into a diverse set of binary crystals [1–8]. These crystals are compounds akin to atomic ionic crystals because the smaller particles occupy interstitial sites of a lattice formed by the large particles. Recently the exploration of binary colloidal crystals with highly size-asymmetric functionalized NPs has yielded the observation of crystal assemblies where the small NPs delocalize, rather than remaining fixed at interstitial sublattice sites [9–11]. This phenomenon was also

* m-olvera@northwestern.edu
observed in simulations of colloidal crystals of oppositely charged, highly size-asymmetric, and highly charge-asymmetric nanoparticles with screened Coulomb interactions [12, 13]. In all these systems, the delocalized and diffusive small particles keep the large particles in fixed lattice positions, as electrons do in crystalline metals. The result is a metal-like colloidal crystal.

The degree of sublattice delocalization was quantified using a normalized Shannon entropy, termed metallicity, by Girard and Olvera de la Cruz [9, 14]. They used simulations of co-assembled DNA-functionalized NPs that were highly asymmetric in size and grafting density of complementary linkers. These showed that sublattice delocalization, and consequently metallicity, increased with $T$, changing the crystal from ionic to metallic. Furthermore, Girard and Olvera de la Cruz discovered a minimum in metallicity as a function of the ratio of the number of small NPs ($n_s$) to the number of large NPs ($n_l$) in the crystal. They used simple band structure construction concepts from solid state physics to explain the observed minimum in metallicity and equated metallicity to conductivity in metals [14]. In this analogy, the value $n_s/n_l$ is the “valency,” and the metallicity, akin to conductivity, decreases with increasing $n_s/n_l$ as interstitial sites are filled until it reaches a minimum at the compound values of the lattice, when the interstitial sites are saturated (i.e., $n_s/n_l = 6$ for a body-centered cubic (BCC) crystal). Upon further increase of $n_s/n_l$, the metallicity increases as the conductivity does in atomic systems with increasing number of electrons in the conduction band. They also highlighted that the minimum in metallicity becomes sharper with an increase in the interaction energy between the small and large NPs, achieved by increasing the number of linkers on the small NPs. They also suggested that the localization-delocalization transition in colloidal crystals can be described as a classical analog to a Mott-like insulator-metal transition (IMT) in atomic systems.

Interestingly, sublattice delocalization is also observed in non-metallic atomic systems, specifically superionic materials [15], and the transition to superionic sublattice delocalization is often termed “sublattice melting.” A canonical superionic material is AgI, in which the larger atomic species I forms a BCC host lattice through which Ag atoms diffuse. The Ag atoms have been identified as diffusing between neighboring BCC tetrahedral sites [16, 17], and diffusion has been seen to be strongly coupled to the dynamics of the host lattice [18, 19].

Recently, we have observed similar behavior in colloidal systems by using a generalized MD model of a binary, size-asymmetric system of functionalized NPs with $n_s:n_l = 6:1$. 
We reported the formation of stable colloidal BCC crystals with a diffusive sublattice of small particles translating between neighboring tetrahedral sites [10]. Similar to AgI, we observed a strong correlation between diffusion and lattice vibrations as a function of $T$, but we noted that the transition to sublattice delocalization is described by a smooth change, rather than a true phase transition. This suggests that phonons play an important role in the delocalization transition, and that an atomic analog to this classical localization-delocalization transition should include the effect of the interactions of the phonons with metallic electrons as in the Peierls IMT.

Here, we study the transition to sublattice delocalization at different values of the number ratio $n_s:n_l$, as a function of $T$ and the number of grafted chains per small particle, and we examine the origin of the delocalization transition. We highlight the similarities with the IMT and with superionic sublattice melting and analyze the effect of the phonons in the localization-delocalization transition. We use the MD model established in [10] in the NPT ensemble at near zero pressure to ensure that the resulting assemblies are due to interparticle interactions alone. The model, consisting of mutually attractive and size-asymmetric NPs, is visually depicted in Fig. 1. The turquoise sphere is a coarse-grained representation of a large particle with either densely grafted chains or a functionalized surface. The small
particle is represented by a central sphere (purple) and explicitly modeled grafted chains (white), each of which has an interactive terminus (orange) that is radially attractive only to large particles. The generality of the model implies that we can represent a variety of experimental systems [5, 6, 20–23], and the tunability of NPs enables us to find a rich variety of lattices and multiple types of delocalization transitions.

Using this model, we find that the crystal structure is determined by \( n_s:n_l \) and the lattice stability is determined by the number of grafted chains per small particle. We observe a variety of crystals, including A20 and body-centered tetragonal (BCT) lattices, and we confirm that the low \( T \) (localized sublattice) positions of the small particles can be understood by analyzing their potential energy landscape. Almost all studied systems undergo a transition to sublattice delocalization with increasing \( T \), and the type of transition is also determined by \( n_s:n_l \) based on energetic interactions and interstitial site filling. For some \( n_s:n_l \) ratios, the sublattice smoothly delocalizes without undergoing a phase transition. This occurs for cubic lattices with nearly or completely full sublattice sites, near 6:1 and 10:1. For other number ratios, we observe a first-order sublattice delocalization transition accompanied by a first-order host lattice transition to a crystal of higher symmetry with inherent sublattice vacancies. This is seen in transitions from A20 to BCT, BCT to BCC, and BCC to face-centered cubic (FCC), which all occur upon increasing \( T \). We present evidence that these transitions are entropic and driven by lattice vibrations, similar to the metallization of atomic materials driven by phonons, as in the Peierls IMT [24]. Finally, we identify minima in the lattice vibrations and diffusion coefficient of the small particles as a function of \( n_s:n_l \). Crystals at the minima are those whose interstitial sites are saturated with small particles, except the high-\( n_s:n_l \) FCC crystals.

This article is organized as follows. In the next section, we will describe the range of crystal lattices observed in our parameter space of 4, 6, 8, and 10 grafted chains per small particle and number ratios \( n_s:n_l \) between 3:1 and 10:1, over a wide range of temperatures. We will then further detail the three delocalization behaviors we observe and discuss the implications of the diffusion coefficient minima.
II. RESULTS

A. Determining crystal structure by number ratio $n_s:n_l$

At low temperatures, the large particles form a variety of lattices with the small particles localized at interstitial sites. These sites are always Wyckoff positions, which have a unique set of symmetry operators associated with the host lattice. We find that the symmetry of the resulting lattices depends on $n_s:n_l$, and the stability of the lattice depends on the number of chains per small particle.
<table>
<thead>
<tr>
<th>Lattice type, (# lattice pts/unit cell), space group (s.g)</th>
<th>Wyckoff position</th>
<th>$n_s:n_l$ ratios for which localized sublattice is observed</th>
</tr>
</thead>
<tbody>
<tr>
<td>Wyckoff position (# NNs/site)</td>
<td></td>
<td></td>
</tr>
<tr>
<td>A20 (4) s.g. 63 Cmcm</td>
<td>16h, 4c (3:1)</td>
<td>3:1, 4:1</td>
</tr>
<tr>
<td></td>
<td>16h, 8g ($\times$2)</td>
<td>$y = 0.8597$ (3:1), $y = 0.6386$ (4:1)</td>
</tr>
<tr>
<td></td>
<td>(4:1)</td>
<td></td>
</tr>
<tr>
<td></td>
<td>(5 NNs)</td>
<td></td>
</tr>
<tr>
<td>A_d (4) s.g. 129 P4/nmm</td>
<td>2c ($\times$2), 4f, 8j</td>
<td>3:1, 4:1</td>
</tr>
<tr>
<td></td>
<td>(4-5 NNs)</td>
<td>Various $c/a$ ratios;</td>
</tr>
<tr>
<td></td>
<td></td>
<td>primarily $c/a = 2$</td>
</tr>
<tr>
<td>BCT (2) $c/a = 2$ s.g. 139 I4/mmm</td>
<td>4d (4 NNs),</td>
<td>3:1, 4:1</td>
</tr>
<tr>
<td></td>
<td>4e (5 NNs)</td>
<td>Various $c/a$ ratios;</td>
</tr>
<tr>
<td></td>
<td></td>
<td>primarily $c/a = 2$</td>
</tr>
<tr>
<td>BCC (2) s.g. 229 Im$\bar{3}$m</td>
<td>12d* (4 NNs)</td>
<td>5:1, 6:1,</td>
</tr>
<tr>
<td></td>
<td></td>
<td>7:1, 8:1 (coex. with FCC)</td>
</tr>
<tr>
<td>FCC (4) s.g. 225 Fm$\bar{3}$m</td>
<td>32f (3 NNs),</td>
<td>7:1, 8:1 (coex. with BCC)</td>
</tr>
<tr>
<td></td>
<td>8c* (3 NNs)</td>
<td>9:1, 10:1</td>
</tr>
</tbody>
</table>

TABLE I. Observed lattices, defined by large particles at lattice points and small particles at interstitial sites. The number in a Wyckoff position name corresponds to the number of sites per unit cell. NNs refers to the number of nearest-neighbor lattice points to the corresponding Wyckoff position. *Note that 12d positions in BCC crystals and 8c positions in FCC crystals are the tetrahedral sites of those crystals. (Energy landscape analysis can be found in the Supplemental Material.)
Table I shows the most common crystals observed in our systems, and Figure 2 shows a phase diagram of all simulations studied in this work. The phase diagrams demonstrate visually that \( n_s : n_l \) determines crystal structure, and the crystal properties in Table I help explain trends present in the phase diagrams. For example, the value of \( n_s : n_l \) at which a crystal structure is observed is consistent with the ratio of the number of lattice points (large particles) to the number of interstitial points associated with Wyckoff positions (small particles) of the unit cell. Initially, A20 appears to be an exception to this. These lattices hold fewer unique Wyckoff positions because of degeneracy due to the symmetry of their sublattice, i.e. A20’s 16h Wyckoff positions map onto 8 unique points instead of 16 and one 8g set maps onto 4 points. Table I also includes information about the number of large particle nearest neighbors (NNs) with which each small particle interacts when localized. This is an important approximation to the average potential energy interactions \( U_{\text{int}} \) between the two species.

The most common lattices are A20, A\(_d\), high symmetry BCTs, BCC, and FCC, though simple hexagonal (SH) and simple cubic (SC) are also observed. The non-cubic nature of BCT, A\(_d\), and A20 requires a larger set of defining lattice parameters than the cubic crystals, and we observe multiple parameter ratios for each structure. For example, most BCT lattices with \( n_s : n_l = 4:1 \) shown in Fig. 2 have the lattice parameter ratio \( c/a = 2 \). This is the configuration shown in Table I, and it creates favorable conditions for 8 small particles in the unit cell, each of which interacts with 4 or 5 large particles depending on the site. However, some 3:1 and 4:1 BCT crystals in which the small particles have only 4 chains have \( c/a = \sqrt{2}/3 \). We hypothesize that this is because the interstitial sites in the more elongated BCT that allow for interactions with 5 large particle nearest neighbors are not accessible to small particles with only 4 grafted chains. Finally, invariant of system parameters, all observed BCT crystals only take discrete \( c/a \) ratios corresponding to lattices of higher symmetry. For more details, see the Supplemental Materials.

A\(_d\) lattices are also tetragonal and can be visually compared to BCT lattices in which an additional symmetry is broken because the conventional unit cell’s central particle is not body-centered. The A\(_d\) unit cell is defined by parameters \( a \) and \( c \) (similar to BCT) and \( z \), which determines the offset of the central particles. When \( z = 0.5 \), BCT symmetry is recovered. For all observed A\(_d\) crystals \( c/a = 2 \). However, there is a continuous increase of the \( z \) parameter with \( T \), from \( z \sim 0.4 \) at low \( T \) to \( z = 0.5 \) at the transition to BCT lattice
with $c/a = 2$. These local spatial changes as a function of temperature indicate the capacity for these colloidal crystals to be used as reconfigurable materials.

A20 crystals are orthorhombic and yet lower symmetry and more complex than the BCT or $A_d$ crystals. Their unit cells are defined by the ratios between $a$, $b$, and $c$, as well as a parameter $y$ that determines the lattice point placement within the unit cell. We observe two A20 crystal types with different lattice parameter ratios as a function of $n_s:n_l$. All 3:1 A20s have a consistent set of parameters $c/a$, $c/b$, and $y$, while the 4:1 A20 have another. Each parameter set results in different numbers of interstitial sites for the small particles. Additionally, due to the low symmetry of the A20 lattice, its parameters can be tuned to produce other lattices of higher symmetry. These include those observed at other values of $n_s:n_l$ and temperatures in this study, such as BCC and FCC. More details on all common lattices found in this study can be found in the Supplemental Material.

For almost all crystals listed in Table I, a simple analysis of the potential energy landscape of a unit cell demonstrates why each lattice type is favorable at a given $n_s:n_l$ ratio. The landscapes were calculated with pairwise potentials between the large particles and one interactive chain bead using the interactive bead as a test particle, and therefore they do not take into account any small-small particle interactions. Each energy landscape includes potential energy wells (the most favorable locations for the interactive beads) and potential energy plateaus near zero (the least favorable locations for the interactive beads). For almost every lattice, the simulation results show that when the sublattice is localized, the interactive ends spend the most time in the energy wells, and the centers of the small particles spend the most time on the energy plateaus. This means we can predict the location of small particles once we know the unit cell of the large particle crystal, by identifying the location of the energy plateaus. The existence of these energy wells and their non-spherically symmetric distribution around the energy plateaus also highlights the importance of separation between the attractive component of the small particles and their cores, which in this case is due to the grafted chains.

The fact that an analysis of a static energy landscape calculated with only large-small particle interactions can accurately identify the locations of the small particle centers indicates that the small particles do not substantially interfere with each other. A more detailed analysis of the BCC case can be found in Lopez-Rios et al. [10], and a visual comparison between the energy landscape of a unit cell and the location of small particles can be found.
in the Supplemental Material. There is one important exception: the FCC energy landscape shows plateaus at the octahedral and tetrahedral sites (Wyckoff positions 4b and 8c, respectively). However, we observe the small particles localizing at the 32f sites, where the energy plateaus are much smaller. In our systems that result in FCC crystals, small particles never localize at the octahedral sites, and they localize at the tetrahedral sites only once the 32f sites are full (at ratios higher than $n_s:n_l = 8:1$). We hypothesize that this is because the distance from the 32f sites to the large particles is shorter than the other sites which is needed to maintain a stable crystal with our system of short-range interactions. Additionally, there are fewer 4b and 8c sites in an FCC, and for the $n_s:n_l$ ratio that would have filled those sites (3:1), there are more energetically favorable crystals available.

Finally, as the number of small particles in the lattice increases (larger $n_s:n_l$ ratios), the energetic interaction between each small particle and the surrounding large particles becomes weaker and the packing density of large particles decreases. This can be seen in Fig. 3. The number of large particles with which each small particle can interact decreases with increasing lattice symmetry; see the Supplemental Materials for corresponding simulation data. For example, a BCT lattice with $c/a = 2$ has 8 interstitial sites, at which the small particles can interact with 4 or 5 large particles. Meanwhile, a BCC unit cell contains 12 interstitial sites, and a small particle at any of those sites can interact with 4 large particles. Because BCT and BCC unit cells each contain 2 lattice sites, the favorable sublattice sites are fully occupied at a 4:1 number ratio for a BCT and at 6:1 for a BCC. If there are more small particles than can fit in the BCT interstitial sites, then the system’s equilibrium lattice cannot be a BCT and it will instead form a BCC. This pattern holds across all number ratios: systems with larger $n_s:n_l$ ratios form crystals containing interstitial sites that are greater in number but less energetically favorable.

**B. Sublattice delocalization transition entropy and dependence on interstitial site filling**

We observe a transition to sublattice delocalization with increased $T$ for almost all assembled crystals. For some values of $n_s:n_l$, the transition to sublattice delocalization is a first-order phase transition accompanied by a change in symmetry of the large particle lattice. For others, sublattice delocalization occurs as a smooth change rather than a phase
FIG. 3. (a) Average interaction energy $U_{\text{int.}}/k_B T$ per small particle, which quantifies the potential energy due to large-small particle interactions, and (b) number density of the large particles $\rho_{\text{large}}$ for all simulations that resulted in the most common crystals (A20, A\text{d}, BCT, BCC, and FCC), colored by the value of $n_s:n_l$ to emphasize the effect of number ratio on lattice structure. One very low temperature A20 simulation ($U_{\text{int.}}/k_B T < -100$) has been removed for clarity. Values of temperature and number of chains per small particle are not distinguished here.

transition. In the subsequent subsections, we detail the signatures of each observed transition behavior and corresponding lattice properties.

For all values of $n_s:n_l$, we see two overarching trends. First, there is strong evidence that the transition to sublattice delocalization is driven by entropy. This is expected based on the form of the Gibbs free energy $\Delta G = \Delta H - T \Delta S$, the minimization of which determines the equilibrium crystal phase. $\Delta G$ is dominated by enthalpy $\Delta H$ at low $T$ and entropy $\Delta S$ at high $T$. Entropic effects have also been experimentally shown to induce phase transitions of binary size-asymmetric colloidal crystals from energetically to entropically favored phases [25]. In our systems, we see this for all types of transition to sublattice localization.

Second, increasing the chains per small particle increases the temperature at which the
entropic transition occurs, effectively increasing the stability of the lattice. Crystal transition and melting temperatures increase approximately linearly with the number of chains per small particle for each value of $n_s:n_l$. Therefore, the addition of chains in most cases simply scales up the magnitude of the interaction between the large and small particles. There are a few exceptions to this rule, which will be discussed in following sections.

Note that the phenomenon of sublattice delocalization has been quantified using metallicity [9] and occupied volume fraction [10]. However, these metrics are difficult to use for comparison between crystal phases due to convergence and normalization issues. We have previously found that sublattice delocalization is highly tied to small particle diffusion and lattice vibrations quantified as median lattice displacement [10], both of which can be calculated more easily and are experimentally measurable. Therefore, we use these properties as measures of the degree of sublattice delocalization.

1. **First-order phase transitions driven by lattice vibrations**

For systems at low values of $n_s:n_l$, we observe a first-order phase transition with increasing $T$ from a localized, low-symmetry lattice to a delocalized, higher-symmetry one, specifically A20 $\rightarrow$ BCC and BCT $\rightarrow$ BCC. This transition is illustrated in Fig. 4, which shows a sharp jump in small particle diffusion (Fig. 4(a)) and median lattice displacement (Fig. 4(b)) at the same temperature of a lattice transition. Based on analysis of simulation behavior, all crystals with small particle diffusion coefficient $D > 0$ nm$^2$/ps and median lattice displacement $|R - \langle R \rangle| > 1.5$ nm are considered delocalized here.

We hypothesize that the transition seen in Fig. 4 is driven by entropy. In both cases, the high-$T$ crystal has weaker potential energy interactions but higher vibrational entropy and a larger degree of delocalization than the low-$T$ crystal (see Table I for lattice properties and Fig. 4(c) and Fig. 4(d)). For example, as discussed in Sect. II A, BCT lattices ($c/a = 2$) contain 8 interstitial sites for small particles, which interact with 4 or 5 neighboring large particles. The lattice exhibits small, anisotropic vibrations that are more pronounced perpendicular to the (001) plane than within it. At high $T$, these lattices undergo a transition to BCC, decreasing the magnitude of the energetic interaction between the small and large particles, but allowing for larger and more isotropic vibrations, as well as increased diffusion of the small particles due to interstitial vacancies. For details of the vibrational entropy
FIG. 4. Lattice properties of 3:1 and 4:1 systems with 4, 6, 8, and 10 chains per small particle as a function of reduced temperature $T$ (see IV). (a) Diffusion constant. (b) Lattice fluctuations, quantified as the median displacement of large particles from their mean positions. (c) Average interaction energy $U_{int}/k_BT$ per small particle. (d) Average lattice vibrational entropy. Both quantities show a jump around the first-order transition to BCC crystals.

calculation, which follows Budai et al. and Pinsook et al. [24, 26], see the Supplemental Material.

The first-order localized-to-delocalized sublattice transition resembles the phonon-driven IMT in vanadium dioxide (VO$_2$). The sudden change from an insulating to a conducting state in VO$_2$ as a function of $T$ is enabled by a phase transition to a more symmetric and entropic crystal phase, in which a strong metallic electron-phonon correlation was detected.
consistent with a Peierls IMT [24]. Budai et al. identified the electron-phonon correlations using the phonon density of states, which narrows towards lower vibrational frequencies in the metallic phase, and anharmonic vibrational modes impeding the filling of lower energy orbitals only in the metallic phase. In our systems that exhibit a first-order sublattice transition, we also find a bias towards lower vibrational modes in crystals with a delocalized sublattice. There is also evidence of anharmonic modes due the expanding lattice parameter of the metallic BCC crystals as a function of temperature. Finally, we calculate a greater momentum exchange in crystals with a delocalized sublattice, which is most likely due to small particles being more homogeneously distributed throughout the crystal. See the Supplemental Materials for the vibrational density of states (following Dickey et al. [27]) and the momentum cross-correlation (following Verdaguer et al. and Ishida [28–30]) for the case of a system that exhibits a first-order sublattice transition.

Note that the addition of chains on the small particles increases the temperature at which each crystal transitions to BCC or melts, thereby stabilizing the lattices. The one exception is the 3:1 case for higher numbers of chains (8 and 10). In those cases, the crystal melts before any transition to another crystal takes place. Lastly, the lack of A20 crystal lattices in 3:1 systems with 4 chains can be explained by the fact that A20s require small particles to interact with 5 large particles to form.

2. Smooth change to sublattice delocalization driven by stoichiometry

At $n_sn_l$ near the stoichiometric values for BCC crystals (6:1) or FCC crystals (10:1), the transition to delocalization of the small particles is gradual and not a true phase transition. In these cases, the sublattice delocalizes slowly over a range of temperatures and the large particle lattice never changes structure. This can be seen in Fig. 5. Note that, again, as $T$ increases, diffusion and vibrational entropy increase at the expense of the magnitude of the interaction energy. We hypothesize that this is because the BCC and FCC lattices are the most symmetric and stable crystals available to systems at lower and higher $n_sn_l$ ratios, respectively. Specifically, BCC lattices are entropically stabilized at high $T$ [31, 32], so we do not expect a BCC to transition to another crystal with increasing $T$ as long as the number of small particles does not exceed the number of interstitial sites (i.e. a number ratio greater than 6:1). At higher number ratios, which would otherwise result in BCC lattices
FIG. 5. Lattice properties of 5:1, 6:1, 9:1, and 10:1 systems with 4, 6, 8, and 10 chains per small particle as a function of reduced temperature $T$ (see IV). Data from the 6:1 system is taken from [10] and included for comparison. (a) Diffusion constant. (b) Lattice fluctuations, quantified as the median displacement of large particles from their mean positions. (c) Average interaction energy $U_{\text{int.}}/k_B T$ per small particle. (d) Average lattice vibrational entropy. All show a smooth increase in diffusion and lattice vibrations, indicating a change to delocalization similar to that explored in the 6:1 system.

with interstitial defects, FCC crystals are stable simply based on stoichiometry. This will be discussed further in the next subsection.

The 6:1 system is an exemplar of this behavior and has been studied in detail by Lopez-Rios et al. [10]. The conclusions of that study were that lattice vibrations and sublattice
FIG. 6. BCC/FCC coexistence in a simulation with $T = 1.6$, 8 chains per small particle, and $n_s:n_l = 7:1$. Stable localized BCC and delocalized FCC portions can be seen in (a) a snapshot of the locations of the small particle centers and (b) the averaged positions of the large particles, colored by crystal phase.

delocalization are strongly tied, and the temperature of the onset of both is dependent on the number of chains per small particle. We have found this to be true in general for systems that do not exhibit a lattice transition with temperature.

3. First-order phase transition driven by interstitial defects

For systems with $n_s:n_l = 7:1$ and 8:1, between the stoichiometric number ratios for BCC and FCC, we observe a stable two-phase coexistence between a localized BCC and delocalized FCC. Coexistence is an indication of a first-order transition between the two phases, and an example is in Fig. 6. Experimental evidence of a BCC/FCC mixture in colloidal crystals was reported at a small-large particle number ratio between those required
FIG. 7. Fraction of large particles in the simulation in the BCC and FCC phases for 7:1 and 8:1 systems. The small portion of particles in neither phase is not shown. Increasing both reduced temperature $T$ and number of chains per small particle increases the percentage of the delocalized FCC lattice. These compositions were tested for stability with annealing techniques and at multiple system sizes.

for fully BCC or fully FCC crystal structures [9].

FCC lattices in these systems appear only at high number ratios (7:1, 8:1, 9:1, 10:1), as can be seen in Table I. This is also consistent with Girard et al. [9], who observed FCC lattices when the concentration of small particles in solution was high. In our 7:1 and 8:1 systems, the FCC phase appears to be the result of interstitial defect attraction. It has been established that BCC lattices with small particles localized at the usual tetrahedral sites ($n_s:n_l = 6:1$) are stable. At a $n_s:n_l$ of 7:1 or 8:1, however, a fully BCC system would contain 2-4 interstitial defects per unit cell, which is energetically unfavorable. As has been demonstrated by van der Meer et al. [33], interstitial defects in colloidal systems show long-range attraction. Therefore, the defects in the BCC system gather when there are strong small-large particle interactions (8 and 10 chains per small particle). At very
low temperatures, they collect at a grain boundary; a snapshot of this is shown in the Supplemental Material. At moderate and high temperatures, they collect and expand the lattice, resulting in a FCC phase with a delocalized sublattice coexisting with the BCC phase with a localized sublattice. This is consistent with Fig. 7, which shows that 8:1 systems have a higher FCC fraction at a given $T$ and number of chains per small particle.

As can also be seen in Fig. 7, increasing $T$ results in an increased fraction of the system in the FCC phase. This indicates that the transition between a localized BCC and delocalized FCC is at least in part driven by entropy. Each small particle interacts with 4 large particles in a BCC lattice when localized and only 3 in an FCC lattice (and even fewer when delocalized due to spending less time at energetically favorable sites). Therefore, the transition from the BCC phase to the FCC phase results in an energy penalty, which is compensated for by a gain in entropy in the form of small particle mobility and lattice vibrations in the FCC phase.

Lastly, increasing the number of chains per small particle results in a higher FCC fraction, which deviates from the general rule that adding chains simply increases lattice stability. We hypothesize that this is due to the difference in the unit cell energy landscape between the BCC and FCC lattices. The energy landscape of the FCC is overall shallower and more homogeneous than that of the BCC, as there is little overlap between the attractive regions around the large particles (see the Supplemental Material for comparisons). In contrast, the BCC unit cell energy wells are deep and localized in spaces between large particles. Therefore, it may be that small particles interact favorably only with FCC energy landscapes when there are more chains and when those chains are configured more isotropically. This may explain why size-asymmetric binary colloidal systems composed of spherical particles have only seen FCC lattices [12, 34] and why other crystals such as BCC have been observed only with the existence of flexible chains on the small particles [9, 10].

C. Stability as a function of number ratio $n_s:n_l$

Overall, crystals are more stable and have lower sublattice delocalization when small particles saturate their interstitial sites. This is highlighted in Fig. 8 and Fig. 9, which show diffusion and lattice vibrations as a function of $n_s:n_l$ for systems with different $T$-chain number combinations. For clarity, data is separated by whether there is a crystal phase.
transition as a function of $n_s:n_l$. A minimum in both quantities appears at 3:1, 4:1, and 6:1 (for the 3:1, 4:1 and 6:1 systems that form BCC, A20 and BCT lattices with a fully saturated sublattice). Meanwhile, the 5:1 (BCC crystals) and 9:1 (FCC crystals) ratios both contain inherent vacancies that diffuse, since BCC and FCC interstitials are fully occupied at 6:1 and 10:1 ratios, respectively. Additionally, according to Table I, FCC lattices and their interstitials are less tightly bound than in BCC lattices and therefore should show more delocalization at a given $T$. It is not included, but lattice vibrations also show minima at 3:1 and 6:1 ratios.

The predominant appearance of BCC lattices over the entire phase space explored may be due to their stabilization by entropy [32]. Their lattice vibrations are isotropic and this garners them additional structural stability as a function of temperature that enables a larger degree of sublattice delocalization than other lattices. For similar reasons, BCC lattices have been suggested as optimal superionic conductors in atomic systems [35].

III. DISCUSSION AND CONCLUSIONS

In summary, highly size-asymmetric binary colloids assemble into a variety of crystals that exhibit varying levels of sublattice delocalization. For temperatures at which the sublattice is localized, the crystal structure is determined by energetic interactions between the small and large particles. Crystals with a lower number ratio $n_s:n_l$ form lower-symmetry crystals whose unit cell potential energy landscapes contain many deep wells. As $n_s:n_l$ increases, crystals become more symmetric and the wells become shallower. As a function of $T$, we observe different types of entropically driven transitions to sublattice delocalization. In some cases, this transition occurs along with a symmetry change of the large particles, always from a lower-symmetry lattice to a higher-symmetry lattice containing more interstitial vacancies. In others, when the lattice is in a cubic configuration (these are entropically stabilized) or already contains inherent vacancies, there is not a phase transition to sublattice delocalization but rather a smooth change.

Additionally, we observe the appearance of different crystal lattices as a function of $n_s:n_l$ at constant $T$. This is consistent with experiments using DNA functionalized NPs [9, 11] even though hybridization DNA chemistry employed in those studies complicates experiments by including the presence of non-hybridized DNA chains that could act like depletant particles.
FIG. 8. (a) Diffusion coefficients $D$ and (b) lattice vibrations as a function of $n_s:n_l$ for simulation groups that do not exhibit a phase transition. Both $D$ and lattice vibrations both show a minimum at 6:1, similar to the metallicity found by Girard et al. [9]. Lines connect points with the same value of $T$ and number of chains, and lines are not drawn between non-adjacent points, or if any linker-$T$ combination has fewer than 3 data points. Though it is not visually depicted, higher values of $D$ and lattice vibrations for a given number of chains correspond to higher temperatures.

[9, 11]. In particular, the transition we found from BCT to BCC as $n_s:n_l$ increases agrees with Fig. 3 of Cheng et al. [11]; note that in [11], “valency” is the number of linkers per small particle and not the number ratio of small (“electron equivalent”) particles to large particles as it was defined in [14] and in Fig. S29 in the SI of [9].

We report minima as a function of lattice vibrations and the diffusion constant of the
FIG. 9. (a) Diffusion coefficients $D$ and (b) lattice vibrations as a function of $n_s:n_l$ for simulation groups that do exhibit a phase transition. Both quantities show minima at number ratios corresponding to compound values for BCC and A20 crystals. Lines connect points with the same value of $T$ and number of chains, and lines are not drawn between non-adjacent points, or if any linker-$T$ combination has fewer than 3 data points. Though it is not visually depicted, higher values of $D$ and lattice vibrations for a given number of chains correspond to higher temperatures.

It is tempting to compare these minima to the minima in metallicity identified by Girard and Olvera de la Cruz [9], which were found for each crystal phase (BCC, FCC, and Frank-Kasper A15) and which correspond to the compound value of $n_s:n_l$ for that phase. The behavior of the lattice vibrations and diffusion constants is similar, indicating that these reflect the same underlying phenomenon.
However, we found that it is difficult to compare metallicity values between phases due to normalization and numerical convergence issues; using the more physically measurable values resolves these problems. Plotting indicators of sublattice delocalization in multiple phases on the same axis allows us two additional insights. First, this enables us to compare behavior between phases. We find that there are still minima at the saturation values for some lattices (A20, BCT, and BCC), but that the minimum for FCC found in [9] does not appear because competition between BCC and FCC phases allows for a coexistence not seen in [9]. Second, we see that the studied assemblies are generally more stable in the form of a BCC lattice, whether their sublattice is localized or delocalized. Most of the low-symmetry crystal phases transition to BCC at high temperatures, and BCC only fully transitions to FCC when the number of interstitial defects is very high. BCC’s greater structural stability is consistent with observations that BCC crystals are entropically stabilized near their melting point in colloidal assemblies [32] (even without a sublattice). For these systems, the result of BCC lattice stability is that these crystals can maintain a delocalized sublattice for a wider range of temperatures than other crystals. Additionally, Wang et al. predicted that superionic materials with a BCC structure should exhibit the highest conductivity [35], which is of particular interest for applications in solid-state batteries. Our results agree with this for the case of NPs and confirm the stability of BCC colloidal crystals with delocalized sublattices.

It is intriguing to find similar behavior at multiple length scales, from sublattice melting in superionic materials to the insulator-metal transition (IMT) in inorganic materials to sublattice delocalization in colloidal binary crystals. Although colloidal systems are more flexible and tunable due to the lack of any sort of charge neutrality constraint on composition, they exhibit similarities to superionic materials in both structure and dependence on lattice vibrations, explored previously by Lopez-Rios, et al. [10]. There are also structural and delocalization transition analogs between colloidal crystals and materials exhibiting an IMT. For example, at low $T$ and 4:1 number ratio, crystal phases resemble the actinide crystal structures, where increasing the number of chains per small particle is analogous to increasing the atomic number. Systems with 4, 6, and 8 chains per small particle assemble into BCT ($c/a = \sqrt{2}/3$), A20, and A$_d$ lattices, which have the same symmetry as protactinium, $\alpha$-uranium, and $\beta$-neptunium, respectively. Increasing $T$ of these and other systems, we observe a transition to sublattice delocalization strongly driven by lattice vibrations. When
accompanied by a change of lattice symmetry, this resembles a Peierls IMT, a transition driven by strong correlations between phonons and metallic electrons. For colloidal crystals, this can be thought of as a continuous pumping of momentum of the vibrating large particles to the diffusing small particles. As crystals become more symmetric, lower vibrational frequencies are available, which prolongs the exchange of momentum between the two species given their large vibrational wavelengths. Such tunability as a function of $T$ makes these colloidal crystals possible candidates for exploration as colloidal photonic crystals [36, 37].

There are other types of IMT, such as the Mott IMT, which is driven by the interactions and correlations between the smaller species. We observe stronger sublattice localization as a function of $n_s:n_l$ with a greater number of grafted chains, which is similar to the behavior of metallicity [14]. This may be seen as a Mott-like transition, where the delocalized lattice may be suppressed by the addition of grafted chains on the small particles as was alluded by Girard et al. [14]. However, in some cases, the addition of grafted chains may also change the crystal lattice structure, which complicates this analogy.

There is still more to explore. It is possible that by including the deformability of the large particles, one might increase the range of accessible phases such as the Frank Kasper A15 phase [9]. Furthermore, given that lattice vibrations drive the transition to sublattice delocalization and between host lattices, it would be interesting to consider how impinging acoustic waves or acoustic shock waves would affect the properties of these colloidal crystals for further applications.

IV. SIMULATION METHODS

In the model, as described in Fig. 1 (and also in [10]), we change the temperature $T$, the number of chains per small particle, and the small-large particle number ratio $n_s:n_l$. Temperature $T$ is expressed in reduced units, such that $T = \frac{k_B T'}{\varepsilon}$, where $T'$ is the input temperature and $\varepsilon$ is the energy unit of the simulation, in our case $T = 1 = 5/3$ kJ/mol.

All simulations were conducted at constant number of particles $N$, temperature $T$, and pressure $P$. The pressure $P$ was the same in all simulations, $P = 2$ Pa (approximately 2% of atmospheric pressure). Simulations at low $P$ simplify the possible contributions to the formation and stability of a crystal such that only two terms remain, energetic and entropic. The pair potential interactions within our model arise from an attractive Gaussian potential.
between large particles and the termini of the grafted chains $U_{\text{Gaussian}}(r)$ (Eq. 1), as well as excluded volume interactions amongst all particles, modeled using the Weeks-Chandler-Andersen (WCA) potential $U_{\text{WCA}}(r)$ (Eq. 2). The grafted chains are bonded with harmonic potentials, and no angle or dihedral potential is employed. We also used the HOOMD-blue xplor option which prevents artificial discontinuities in $U_{\text{Gaussian}}(r)$ as it decays to zero. Parameters used are shown in Table IV.

$$U_{\text{Gauss}}(r) = -\varepsilon e^{-\frac{r}{\sigma_{\text{gauss}}}}$$

for $r \leq r_{\text{cutoff}}$  \( (1) \)

$$U_{\text{WCA}}(r) = 4 \left( \left( \frac{\sigma}{r} \right)^{12} - \left( \frac{\sigma}{r} \right)^{6} \right) - 4 \left( \left( \frac{\sigma}{2^{1/6}\sigma} \right)^{12} - \left( \frac{\sigma}{2^{1/6}\sigma} \right)^{6} \right)$$

for $r \leq 2^{1/6}\sigma$  \( (2) \)

where $\sigma = R_A + R_B$ is the sum of the radii of the interacting species.

All simulations were initiated with 6\times6\times6 unit cells in the simulation box with either an FCC or BCC lattice with lattice parameter $a = 60$ nm. They were all energetically and thermally equilibrated using NVE integration and later Langevin integration, respectively, then depressurized to their final pressure. This sequence lasted 312 ns. Finally, the simulations were run at their final pressure $P = 2$ Pa for at least $8.44 \mu$s, the first $1.38 \mu$s of
which was considered an equilibration period and not used for analysis. Simulation code is available upon request.

To determine the crystal phase resulting from a simulation of a given set of parameters ($T$, $n_s$:$n_l$, number of grafted chains, and initial configuration), we analyzed the pair correlation function ($g(r)$) of the large particles. See the Supplemental Material for details.

While exploring parameter space by changing $n_s$:$n_l$, it is important to ensure that the crystal configurations we are reporting are equilibrium configurations. To that end, we initialized many $n_s$:$n_l$-$T$-chain parameter combinations in multiple ways, \textit{i.e.} BCC and FCC with an unphysically large lattice parameter, about 3 – 5 times any lattice parameter from an equilibrated lattice structure of this study. If both simulations equilibrated to the same crystal configuration, we considered that configuration to be the lowest free energy state and selected only one to include for analysis in our final set. If the simulations had different results, we annealed both using various techniques described in the Supplemental Material until both equilibrated to the same configuration. Note that a simulation initialized as an FCC has twice as many particles as one initialized as a BCC (because the FCC unit cell contains twice as many particles), so this procedure of different initialization is also a test for finite size effects.

Sometimes, this annealing process resulted in one version of the simulation with a bulk monocrystal and another in a polycrystal with grain boundaries. It has been observed experimentally that annealing polycrystalline colloids does not always result in a monocrystalline phase, possibly (see the Supplementary Discussion of [38]). If, after a few rounds of annealing, the two did not converge to exactly the same configuration, we chose to use the simulation resulting in the monocrystal. This is because polycrystals are always higher energy than monocrystals, and the purpose of the current study is to understand bulk crystals based on different parameter sets. Including polycrystals and the added complexity of grain boundaries is outside of these bounds.

Finally, finite-size effects are often associated with seeing two-phase coexistence in an NPT simulation. To test whether simulation size played a role in the existence of two phase in our 7:1 and 8:1 systems, we ran and annealed all points of 7:1 and 8:1 systems in at least two initial configurations (usually BCC and FCC). Simulations of different sizes resulted in very similar BCC to FCC ratios, which are shown in Fig. 7. We tested one system (7:1, 8 chains per small particle, $T^* = 1.3$) with 432, 864, and 2000 large particles and saw roughly
the same BCC to FCC ratio in all three simulations.

System topology for the simulation was built using Hoobas [39]. Simulations were run with Hoomd-blue [40, 41] and analyzed using MDAnalysis [42, 43]. Images were created with Mayavi [44] (Fig. I and 6(b)) and Ovito [45] (Fig. 1 and Fig. 6(a)). The \( g(r) \) functions for determining crystal type were calculated using VMD [46], and some crystal structure determination was done using pymatgen [47] and the AFLOW database [48, 49].

See Supplemental Material at [URL] for all simulation details. An interactive version of the phase diagrams in Fig. 2 with pair correlation functions can be found at https://aliehlen.github.io/phase_diagrams/.

ACKNOWLEDGMENTS

The authors would like to thank Martin Girard for useful discussions and review of the work. This work was supported by the Center for Bio-Inspired Energy Science, an Energy Frontier Research Center funded by the US Department of Energy, Office of Science, Basic Energy Sciences under Award DE-SC0000989. H.L.-R. thanks a fellowship from Fulbright-Garcia Robles and A.E. thanks a fellowship from the National Science Foundation under grant DGE-1450006. M.O.d.l.C. thanks the computational support of the Sherman Fairchild Foundation.

A.E. and H.L-R. contributed equally to this work.


[18] M. Salamon, Physics of Superionic Conductors (Springer-Verlag Berlin Heidelberg, Berlin,


[45] A. Stukowski, Visualization and analysis of atomistic simulation data with OVITO-the Open Visualization Tool, Modelling and Simulation in Materials Science and Engineering 18, 015012 (2010).


Phase transitions in colloidal crystals with sublattice
delocalization: Supplementary Material

Ali Ehlen

Applied Physics Program, Northwestern University

Hector Lopez-Rios

Department of Materials Science and Engineering, Northwestern University

Monica Olvera de la Cruz*

Department of Materials Science and Engineering, Northwestern University and
Applied Physics Program, Northwestern University
I. SUPPLEMENTARY DETAILS ON PHASE DIAGRAMS AND SIMULATION METHODS

A. More detailed simulation methods

More details on annealing, initializing with different configurations and system sizes, and determining crystal type

The majority of points on the phase diagram were simulated using more than one initial configuration. This was done to ascertain the system configuration for production which was later analyzed. Two main initial configurations were used, face-centered cubic (FCC) and body-centered cubic (BCC). Both configurations began with a lattice parameter of 70σ which is always at least 3 times larger than any stable crystal lattice parameter obtained. With such a large initial lattice parameter, we expect that the equilibrium configuration of each simulation should not be affected or limited given their initial configuration. Therefore, we can assume simulations with different initial configurations, but same physical parameters, are effectively simulations of different system sizes, for example, simulations initialized as a FCC crystal will have two times the number of particles as those initialized as a BCC.

We implemented an annealing protocol for certain kinetically jammed simulations, and for situations in which multiple runs with the same parameter set resulted in different crystals (i.e. on initialized as an BCC and the other initialized as an FCC). In the cases where there was initial conflicting information about what the equilibrium lattice was, we annealed both until both simulations resulted in the same lattice. This was also true for systems exhibiting two-phase coexistence. If the percent of the box identified as BCC and FCC (using techniques described in the next section) were vastly different for runs, we also annealed both simulations to test whether they would converge to similar values. They did, and we did not use final values unless all simulations run under the same temperature, $n_s:n_l$, and number of chains per small particle agreed.

Most simulations that required annealing were systems with low composition. As described in the main text, the small particles interact with more large particles at lower small to large particle number ratios. This consequently drives the formation of denser crystals which are prone to kinetically trapped configurations. Different flavors of annealing protocols

* m-olvera@northwestern.edu
were employed, but all consisted in raising and lowering the heat bath’s temperature albeit in different manners. The temperature ramps followed either an exponentially decaying sinusoidal, a square wave or a sequence of step functions of decreasing value. Additionally, larger simulation systems required higher maximum temperatures for their temperature ramp than smaller simulation sizes. In very unusual cases, only three points of the phase diagram, a barostat ramp was employed followed by a temperature ramp to verify the crystal’s stability.

To determine crystal type resulting from a simulation, we analyzed the pair correlation function \( g(r) \) of the large particles. The ratios of distances to peaks and relative peak heights are unique for different crystal types (simple cubic (SC), BCC, FCC, etc.). Pair correlation functions were calculated using VMD [^1] (without periodic boundary conditions because VMD’s tool does not calculate \( g(r) \) with periodic boundary conditions in simulation boxes that do not have right angles) and compiled in an online tool we built [^2]. If \( g(r) \) peak ratios and relative heights matched a known crystal (for example, BCC), we classified the crystal. If not, we used the Python package pymatgen [^3] to identify the symmetry of the lattice, then compared to online databases such as AFLOW [^4] [^5], and verified by independently reproducing the \( g(r) \) using AFLOW parameters and the python package freud. For example, this is how we identified A20 and A\(_d\) crystals. Finally, if the lattice visually resembled a body-centered tetragonal (BCT), we used calculations in Mathematica to predict the most likely \( g(r) \) peak ratios as a function of \( c/a \) (see the Supplementary Materials section on BCT lattice parameters). If peak ratios from simulation matched any predicted value of \( c/a \), we verified by reproducing the \( g(r) \) with these parameters using the freud library [^6].

B. Calculations of compositions in the systems exhibiting two-phase coexistence

Polyhedral template matching (PTM) [^7] as implemented in OVITO [^8] version 3.4 was used to identify which phase particles belonged to. This identification method relies on comparing the distances and graph symmetries of neighboring particles of a central particle with those of a perfect candidate crystal called template. Given the lack of a cut-off distance to identify neighboring particles and the nature of the graph analysis between template and simulation points, this method is more robust against thermal fluctuations than other lattice identification algorithms like adaptive common neighbor analysis. Although, like any
identification algorithm, the minimization and low value of an objective function is what determines the likelihood of whether or not a set of points corresponds to a given phase. It is here where some uncertainty enters this scheme of identification because a bounding value must be considered for the objective function. Here the objective function is a root-mean-square-deviation (RMSD) between two sets of points. One set is obtained from simulation coordinates and the other corresponds to lattice points from a perfect crystal. Here we used a maximum RMSD value of 0.5.

Using PTM we calculated the arithmetic mean of the number of particles in a certain phase over at least 100 uncorrelated frames. We compared data between simulations of different sizes (systems initialized as BCCs and FCCs) and average phase values seemed to be statistically equivalent. This indicates that the average phase values reported are not entirely dependent on system size and physically meaningful.

II. FULL STRUCTURE DETAIL: PHASE DIAGRAMS AND COMPARISON OF ENERGY LANDSCAPES AND SIMULATIONS

A. Full phase diagrams and lattice specification

Here, we include full information about the plotted phase diagrams, including lattice parameters of the various lower-symmetry crystals reported in this paper. This is shown in Fig. S1. Below are listed the lattice points and parameter sets for all types of lattice reported.

An interactive version of the phase diagrams, including plots of the pair correlation function of the large colloids in each lattice, can be found at https://aliehlen.github.io/phase_diagrams/.

A20: Orthorhombic, space group 63 (Cmcm)

Parameters: \( a \neq b \neq c, y \)

Parameter ratios observed: For A20 crystals observed in 3:1 systems, \( b/a \sim 2.36, c/a \sim 1.44, y = 0.3613 \)

For those in 4:1 systems, \( b/a \sim 2.5, c/a \sim 1.4y = 0.14 \). For these in 4:1 systems, \( y = 0.14 \). For those in 4:1 systems, \( b/a \sim 2.5, c/a \sim 1.4y = 0.3613 \)

<table>
<thead>
<tr>
<th>Basis points in ((\hat{x}, \hat{y}, \hat{z})) basis:</th>
<th>Lattice points in ((\hat{a}_1, \hat{a}_2, \hat{a}_3)) basis:</th>
</tr>
</thead>
<tbody>
<tr>
<td>( \hat{a}_1 = (a, 0, 0) )</td>
<td>( (0, y, 0.25) )</td>
</tr>
<tr>
<td>( \hat{a}_2 = (0, b, 0) )</td>
<td>( (0, -y, 0.75) )</td>
</tr>
<tr>
<td>( \hat{a}_3 = (0, 0, c) )</td>
<td>( (0.5, y - 0.5, 0.25) )</td>
</tr>
<tr>
<td></td>
<td>( (0.5, 0.5 - y, 0.75) )</td>
</tr>
</tbody>
</table>
Phase diagrams for the 3:1 and 4:1 compositions systems, also shown in the main paper. These are superimposed with additional detail about the A20 and BCT crystal lattice parameters. Note that all unlabeled BCT points have $c/a = 2$. The parameters differentiating 3:1 A20 and 4:1 A20 crystals are defined in this section.

Primitive cell convention:

**Basis points in $(\hat{x}, \hat{y}, \hat{z})$ basis:**
- $\vec{a}_1 = (\frac{1}{2}, -\frac{1}{2}b, 0)$
- $\vec{a}_2 = (\frac{1}{2}a, \frac{1}{2}b, 0)$
- $\vec{a}_3 = (0, 0, c)$

**Lattice points in $(\vec{a}_1, \vec{a}_2, \vec{a}_3)$ basis:**
- $(y, y, 0.25)$
- $(y, -y, 0.75)$

**A_d:** Tetragonal, space group 129 (P4/nmm)

**Parameters:** $a = b \neq c, z$

**Parameter ratios observed:** $a = \sqrt{c}$. Various values of $z$ between 0.4 and 0.5, increasing with higher temperature. When $z = 0.5$, this becomes identical to a BCT with $c'/a' = 2$.

**Basis points in $(\hat{x}, \hat{y}, \hat{z})$ basis:**
- $\vec{a}_1 = (a, 0, 0)$
- $\vec{a}_2 = (0, a, 0)$
- $\vec{a}_3 = (0, 0, c)$

**Lattice points in $(\vec{a}_1, \vec{a}_2, \vec{a}_3)$ basis:**
- $(\frac{3}{4}, \frac{1}{4}, 0)$
- $(\frac{1}{4}, \frac{3}{4}, 0)$
- $(\frac{1}{4}, \frac{1}{4}, z)$
- $(\frac{3}{4}, \frac{3}{4}, -z)$

**129a:** Tetragonal, space group 129 (P4/nmm)

**Parameters:** $a = b \neq c, z$

**Parameter ratios observed:** $a = 0.94c, z = 0.3$. Note that this lattice is observed only once in our simulations, and this is in a low-temperature 5:1 system. It is visually similar to
a BCC, but compressed in one direction in such a way that there are 10 interstitial sites instead of 12. It is also equivalent to an $A_d$ without the first two lattice points.

Basis points in $(\hat{x}, \hat{y}, \hat{z})$ basis:  
\begin{align*}
\vec{a}_1 &= (a, 0, 0) \\
\vec{a}_2 &= (0, a, 0) \\
\vec{a}_3 &= (0, 0, c)
\end{align*}

Lattice points in $(\vec{a}_1', \vec{a}_2', \vec{a}_3')$ basis:  
\begin{align*}
\left(\frac{1}{4}, \frac{1}{4}, z\right) \\
\left(\frac{3}{4}, \frac{3}{4}, -z\right)
\end{align*}

BCT: Tetragonal, space group 139 (I4/mmm)  
Parameters: $a = b \neq c$

Parameter ratios observed: $c/a = 2$ (most common), $c/a = \sqrt{2/3}$, and $c/a = \sqrt{3}$.

Basis points in $(\hat{x}, \hat{y}, \hat{z})$ basis:  
\begin{align*}
\vec{a}_1 &= (a, 0, 0) \\
\vec{a}_2 &= (0, a, 0) \\
\vec{a}_3 &= (0, 0, c)
\end{align*}

Lattice points in $(\vec{a}_1', \vec{a}_2', \vec{a}_3')$ basis:  
\begin{align*}
(0, 0, 0) \\
(0.5, 0.5, 0.5)
\end{align*}

BCC: Cubic, space group 229 (Im\textsuperscript{3}m)  
Parameters: $a = b = c$

Parameter ratios observed: N/A

FCC: Cubic, space group 225 (Fm\textsuperscript{3}m)  
Parameters: $a = b = c$

Parameter ratios observed: N/A

B. Types of BCT lattices

The BCT crystals that we have observed have $c/a$ ratios that lead to higher-symmetry arrangements. This can be seen in Fig. S2. This means that the distance between distinct lattice points are equal. For example, for $c/a = \sqrt{2}$ (when a BCT structure is equivalent to an FCC structure), the distance from the $(0,0,0)$ point in a BCT unit cell to the adjacent
FIG. S2. For a value of $a = 1$, the distance from the point $(0,0,0)$ of a BCT unit cell to the 11 nearest points in the lattice, as a function of the value of $c$. Each line on the plot represents one lattice point. Higher symmetry points (where the lines cross i.e. where distances to multiple distinct lattice sites are equal) are highlighted with vertical black lines. These correspond to the $c/a$ ratios seen in BCT lattices observed in this study.

Corner $(a)$ is equal to the distance to the point at the center of the unit cell $(\frac{1}{2}\sqrt{c^2 + 2a^2})$.

C. Identification of interstitial sites using unit cell energy landscape

We found that, with the exception of the FCC crystal, the potential energy landscape is a good predictor of the location of the small colloid species. The small particle cores localize at the near-neutral points in the energy landscape, while the interactive beads at the ends of their chains localize at or on the border of the energy wells (this is dependent on the reach of the chains). Here, we show direct comparisons between calculated energy landscapes and simulations results. It is difficult to adequately compare three dimensional structures in two dimensions, so we have included representative two-dimensional slices for each crystal type as an example in Table S1. Mathematica notebooks showing three dimensional plots of the energy landscapes are available upon request.
TABLE S1. Comparison between simulation results and theoretically calculated energy landscapes. Simulation: visitation frequency of the small particle centers from various simulations in a given slice of the unit cell. Theory: potential energy landscape of a single interactive chain end in the same slice of a unit cell of large particles, calculated using an average lattice parameter from simulation. All slices are taken parallel to the plane formed by $\vec{a}_2$ and $\vec{a}_3$, and at the intersection with $\vec{a}_3$ indicated by $\perp$. Note the similarity between the regions of high probability in simulation to regions of near-zero potential energy. The 6:1 case can be found in [?]. *The tetrahedral sites shown here are only filled when the $n_s:n_l > 8:1$, i.e. once the 32f sites are full. The other FCC images depict 8:1 systems.
III. SUPPLEMENTARY SIMULATION RESULTS

A. Nearest neighbor plots for identifying lattices

As we have seen, the local spatial symmetry of the small particles varies as a function of the crystal phase, see Table S1, this is to be expected. But if the sublattice is delocalized, the small particles’ coordination number to large particles must be different than when localized. This is due to their exploration of regions that are between their interstitial sites and should be smaller compared to when localized. Therefore, observing the coordination number distribution of the small particles is indicative of the crystal phase, see Figure S3. Additionally, if there is a large percentage of coordination numbers that is smaller than for a localized sublattice of the same crystal phase, this is a good indication of sublattice delocalization. For example, we know that four is the coordination number of the small particles to large particles in a BCC lattice (hence, the tetrahedral interstitial site nomenclature), therefore, a significant percentage of lower coordination numbers would be indicative of a delocalized sublattice.

B. Anisotropy of vibrations in BCT lattices

The vibrations of BCT lattices are anisotropic, which can be seen in Fig. S4. The $x$, $y$, and $z$ directions are based on simulation and do not necessarily correspond to lattice directions. The important differences between BCT and other lattice types is that the majority of BCT lattices show vibrations that are not equal in all directions. We hypothesize that the vibrations in the BCT lattices are perpendicular to the (001) planes (direction of $\vec{a}_3$), because of the spacing in the BCT unit cell. Modeling a BCT ($c/a = 2$) with thermal noise that is larger in the $\vec{a}_3$ direction produces a pair correlation function that matches that of simulation.

According to the combination of Fig. S4 and Fig. 4, when a crystal transforms from BCT to BCC, lattice vibrations become more isotropic and greater in magnitude, which is a component of the entropic favorability of the BCC lattice.
FIG. S3. Histograms of how many large particles each small particle is interacting with as a function of $T$, for all (non-melted) simulations used in this work. Colors indicate the lattice type. Each lattice type had a unique distribution, which tends toward lower numbers with increasing $T$. 6:1 data taken from [?] and included for comparison.
FIG. S4. Lattice vibration components for different types of lattices. Vibrations in BCC and A20 lattices are isotropic because all components are approximately equal. Vibration components of BCT crystals are not equal, indicating anisotropy. Different points correspond to different $n_s:n_l$ ratios, number of chains per small particle, and $T$.

C. **Lattice density as a function of temperature**

Plot of large particle number density (# large particles per volume) as a function of $T$, $n_s:n_l$, and number of chains per small particle. Density is a more useful metric for comparison than lattice parameter, because some crystal types are characterized by multiple lattice parameters.

D. **Small particle chain end-to-end distance**

End-to-end distance of the chains attached to the small particles. This decreases with temperature as chains explore more configurational space, and increases with number of chains per small particle because of excluded volume effects. The crystal lattice configuration also impacts the chain end-to-end distance, as can be seen in the small but consistent change in values between different crystal types.
E. Vibrational Density of States

The vibrational density of states \( D(\omega) \) is calculated by normalizing the real part of the Fourier transform of the velocity auto-correlation function (VACF) of the large particles:\(^7\)

\[
\text{VACF} = \frac{\langle \vec{v}(t) \cdot \vec{v}(0) \rangle}{\langle v^2(0) \rangle} \tag{1}
\]

An approximate resolution of 37 ps is used for sampling data points for the construction of the VACF. In the left panel of Fig. S7 we observe \( D(\omega) \) for two different crystals. The left panel shows data for a 4:1 system with 8 grafted chains per small particle at \( T = 1.3 \) (blue curve, forms a BCT with a localized sublattice) and \( T = 1.7 \) (red curve, forms a BCC with a delocalized sublattice). The lower temperature system has a more complex \( D(\omega) \) than the higher temperature one. This is relevant given that a bias towards lower vibrational
The right panel of Fig. S7 shows \( D(\omega) \) for a a 6:1 system with 8 grafted chains per small particle at \( T = 1.3 \) (blue curve, forms a BCC with a localized sublattice) and \( T = 1.7 \) (blue curve, forms a BCC with a delocalized sublattice). There is little qualitative difference in the shape of \( D(\omega) \) between two crystals with the same structure but different degrees of sublattice delocalization, though there is a slight shift toward lower frequencies at higher temperature.
FIG. S7. Vibrational density of states for two systems that exhibit different sublattice transitions. The 4:1 system (right panel) with 8 grafted chains per small particle exhibits a first order sublattice phase transition at which it forms a BCT lattice with a fixed sublattice at $T = 1.3$ and forms a BCC phase with a delocalized lattice at $T = 1.7$. A similar system but with a 6:1 ratio (right panel) remains a BCC lattice when its sublattice is localized at $T = 1.3$ (blue curve) and delocalized $T = 1.7$ (red curve).

F. Vibrational Entropy

We calculate vibrational entropy $S_{vib}$ using

$$S_{vib} = 3 \int_0^{\omega_{\text{max}}} d\omega D(\omega) \left[ (n(\omega) + 1) \ln (n(\omega) + 1) - n(\omega) \ln (n(\omega)) \right]$$  \hspace{1cm} (2)

where $D(\omega)$ is the vibrational density of states and $n(\omega) = \frac{1}{e^{\hbar\omega/k_BT} - 1}$ is the Bose-Einstein occupation factor. We use a cutoff frequency of $\omega_{\text{max}} = 6 \text{ GHz}$. This expression for $S_{vib}$ has been employed with a $D(\omega)$ obtained from either experimental measurements [?] or simulations [?].

G. Existence of crystals with grain boundaries at 7:1 $n_s : n_l$

As discussed in Section II B 3 of the main text, we observe the existence of grain boundaries in mostly BCC lattices for 7:1 systems with 8 and 10 grafted chains per small particle
FIG. S8. Formation of grain boundaries in 7:1 systems with mostly a BCC lattice and 8 and 10 grafted chains per small particles at low $T$. The left image represents a snapshot of only the large particles where the color blue denotes a BCC lattice. The colors green, red, and white represent the HCP, FCC, and no lattice, respectively. The right image is the sublattice of the left image.

at low $T$. This is shown in Fig. S8 where the left image corresponds to a mostly BCC lattice with a grain boundary in its diagonal, while the right image corresponds to its sublattice composed of small particles. Interestingly, we do not see the appearance of stable grain boundaries in 7:1 systems with 6 grafted chains per small particles, we posit this is due to the lower enthalpic effects of the small particles that prevents the growth of a stable grain boundary.

H. Momentum transfer of the lattice to neighboring small particles

In order to quantify the momentum coupling between the lattice and small particles for systems that exhibit a first order crystal phase transition, we calculated the velocity-cross correlation function

$$\gamma(t) = \frac{\langle \vec{v}_{s,i}(t) \cdot \vec{v}_{l,j}(0) \rangle_R}{\sqrt{v_{s,i}^2(0) v_{l,j}^2(0)}}$$

where $\vec{v}_{s,i}$ is the velocity of the $i$-th small particle, $\vec{v}_{l,j}$ is the velocity of the $j$-th large particle and $\langle \cdot \rangle_R$ is a restricted ensemble average over pairs whose distance $r = \sqrt{||\vec{r}_{s,i} - \vec{r}_{l,j}||}$ is
within a range $R$. In this work, we choose $R \in (0, 15.75)\sigma$ where $\sigma$ is the simulation length unit. $\gamma(t)$ is then interpreted as the momentum imparted by a large particle to small particles within a sphere with radius $15.75\sigma$, and a slower decay of the oscillations of $\gamma(t)$ signify a greater momentum exchange. In the left panel of Fig. S9, we plot $\gamma(t)$ for a 4:1 mixture with 8 grafted chains on the small particles at two different temperatures. The system at $T = 1.3$ (blue curve) forms a BCT lattice with a localized sublattice, while at $T = 1.7$ (red curve) it has transitioned to a BCC crystal with a delocalized sublattice. Here we see a greater momentum exchange from the large particles to the small particles when the 4:1 system in the sublattice delocalized BCC phase, consistent with a Peierls insulator-metal transition. Meanwhile, for comparison to a system that does not exhibit a Peierls-like transition, the right panel shows $\gamma(t)$ for a 6:1 system with 8 grafted chains per small particles and for the same temperatures as the systems on the left. These crystals are both BCC lattices, but the sublattice is localized at lower $T$ (blue curve) and delocalized at higher $T$ (red curve). We observe no clear difference between the system with a localized sublattice and that with a delocalized one. This is contrasting to the 4:1 case, which had a first order sublattice transition.
FIG. S9. Velocity cross-correlation function $\gamma(t)$ for a system that has a first order sublattice phase transition and another system that exhibits a continuous change from a localized to delocalized sublattice. The 4:1 system (right panel) with 8 grafted chains per small particle exhibits a first order sublattice phase transition at which it forms a BCT lattice with a fixed sublattice at $T = 1.3$ and forms a BCC phase with a delocalized lattice at $T = 1.7$. A similar system but with a 6:1 ratio (right panel) remains a BCC lattice when its sublattice is localized at $T = 1.3$ (blue curve) and delocalized $T = 1.7$ (red curve)